Composition Modulation in High-k Hafnium Silicate Films
Wu, X.; Liu, J.; Lennard, W. N.; Landheer, D.

This publication could be one of several versions: author's original, accepted manuscript or the publisher's version. / La version de cette publication peut être l'une des suivantes : la version prépublication de l'auteur, la version acceptée du manuscrit ou la version de l'éditeur.

For the publisher’s version, please access the DOI link below./ Pour consulter la version de l'éditeur, utilisez le lien DOI ci-dessous.

Publisher's version / Version de l'éditeur:
https://doi.org/10.1017/S1431927610059143
Microscopy and Microanalysis, 16, Suppl. 2, pp. 1904-1905, 2010-08-05

NRC Publications Record / Notice d'Archives des publications de CNRC:
https://nrc-publications.canada.ca/eng/view/object/?id=07b8207b-8006-49de-aa5b-01a54314615
https://publications-cnrc.canada.ca/fra/voir/objet/?id=07b8207b-8006-49de-aa5b-01a543146155

Access and use of this website and the material on it are subject to the Terms and Conditions set forth at https://nrc-publications.canada.ca/eng/copyright
L’accès à ce site Web et l’utilisation de son contenu sont assujettis aux conditions présentées dans le site https://publications-cnrc.canada.ca/fra/droits

LISEZ CES CONDITIONS ATTENTIVEMENT AVANT D’UTILISER CE SITE WEB.

Questions? Contact the NRC Publications Archive team at PublicationsArchive-ArchivesPublications@nrc-cnrc.gc.ca. If you wish to email the authors directly, please see the first page of the publication for their contact information.

Vous avez des questions? Nous pouvons vous aider. Pour communiquer directement avec un auteur, consultez la première page de la revue dans laquelle son article a été publié afin de trouver ses coordonnées. Si vous n’arrivez pas à les repérer, communiquez avec nous à PublicationsArchive-ArchivesPublications@nrc-cnrc.gc.ca.
**Composition Modulation in High-$k$ Hafnium Silicate Films**

X. Wu, * J. Liu, ** W. N. Lennard, ** and D. Landheer *

* Institute for Microstructural Sciences, National Research Council of Canada, Ottawa, Ontario, K1A 0R6, Canada
** Department of Physics and Astronomy, University of Western Ontario, London, Ontario, N6A 3K7, Canada

The search continues for high dielectric constant (high-$k$) gate materials to replace silicon dioxide in complementary metal-oxide-semiconductor (CMOS) technology. Among the possible candidates, pseudobinary systems such as $(\text{ZrO}_2)_x(\text{SiO}_2)_{1-x}$, $(\text{HfO}_2)_x(\text{SiO}_2)_{1-x}$, $(\text{Gd}_2\text{O}_3)_x(\text{SiO}_2)_{1-x}$, $(\text{La}_2\text{O}_3)_x(\text{SiO}_2)_{1-x}$ and $(\text{Y}_2\text{O}_3)_x(\text{SiO}_2)_{1-x}$ have advantages over pure metal oxides since they have higher crystallization temperatures allowing them to remain amorphous during high-temperature processing. The silicates might provide a better interface with Si than the metal oxides, and they may also be less susceptible to B, Si or O diffusion. Moreover, the use of pseudobinary systems provides a large flexibility in selecting the film composition to tailor the electrical properties. However, a common problem encountered in the silicate films is the phase separation: pseudobinary systems tend to separate into two phases with each phase enriched in one of the two components [1].

In this work, phase separation in thin films with composition $(\text{HfO}_2)_{0.25}(\text{SiO}_2)_{0.75}$ and thickness from 4 nm to 20 nm grown on $p$-type Si (100) substrates by atomic layer deposition (ALD) using the precursors tetrakis(diethylamido) and tris(2-methyl-2-butoxy)silanol (details on growth methodology can be found in ref. 2) was studied by high resolution transmission electron microscopy (HRTEM), high angle annular dark field scanning transmission electron microscopy (HAADF-STEM) and energy dispersive x-ray spectroscopy (EDX). For films with thickness less than 8 nm, the composition modulation with alternate SiO$_2$–rich and HfO$_2$–rich layers parallel to the substrate-film interface was observed. The typical film structures with the composition modulation are shown in Fig. 1 and 2. Two layers with a HfO$_2$–rich layer near the surface and a SiO$_2$–rich layer close to the Si substrate are shown in an HRTEM image of an as-grown 5 nm film [Fig. 1]. As shown in an HAADF-STEM image (Fig. 2a), a 6 nm film after rapid thermal anneal (RTA) in N$_2$ at 800 °C for 6 seconds consists of four layers, starting from the substrate: SiO$_2$–rich, HfO$_2$–rich, SiO$_2$–rich and HfO$_2$–rich. To verify the composition modulation in the films, the O, Si and Hf distributions of the film shown in Fig. 2a were determined by EDX. An EDX line scan was performed from the Si substrate to the surface to record the O-K, Si-K and Hf-L edges simultaneously. The scan path is perpendicular to the interface. Fig. 2b shows the O, Si and Hf profiles. The intensity of each element shown in Fig. 2b has not been corrected to reflect the relative concentration in the film. The profiles clearly show the composition modulation in the film. More interestingly, the HfO$_2$–rich layer near the surface has a higher Hf concentration than the HfO$_2$–rich layer close to the Si substrate. A closer look at the profiles reveals that there is a ~0.5 nm thick pure SiO$_2$ right above the Si substrate, which is the thermal oxide SiO$_2$ layer formed during the substrate oxidation process prior to the film deposition. For films with thickness greater than 8 nm, instead of continuous layered structure, the $(\text{HfO}_2)_{0.25}(\text{SiO}_2)_{0.75}$ separated into HfO$_2$–rich and SiO$_2$–rich nano-clusters in the center part of a 19 nm as-grown film (Fig. 3). The composition modulation in the $(\text{HfO}_2)_{0.25}(\text{SiO}_2)_{0.75}$ films has been discussed in relation to the surface-directed spinodal decomposition [3].
References

FIG. 1. HRTEM image of a 5 nm as-grown film.

FIG. 2. (a) HAADF-STEM image of a 6 nm film after RTA in N2 at 800 °C for 6 seconds. (b) EDX line profiles of O, Si and Hf of the film in (a).

FIG. 3. HRTEM image of a 19 nm as-grown film.